Highly Symmetric Patchy Multicompartment Nanoparticles from the Self-Assembly of ABC Linear Terpolymers in C-Selective Solvents

Weixin Kong,† Wei Jiang,‡ Yutian Zhu,*† and Baohui Li*†

†State Key Laboratory of Polymer Physics and Chemistry, Changchun Institute of Applied Chemistry, Chinese Academy of Sciences, Changchun, 130022, China
‡College of Physics and Key Laboratory of Functional Polymer Materials of Ministry of Education, Nankai University, Tianjin, 300071, China

ABSTRACT: Multicompartment micelles, especially those with highly symmetric surfaces such as patchy-like, patchy, and Janus micelles, have tremendous potential as building blocks of hierarchical multifunctional nanomaterials. One of the most versatile and powerful methods to obtain patchy multicompartment micelles is by the solution-state self-assembly of linear triblock copolymers. In this article, we applied the simulated annealing method to study the self-assembly of ABC linear terpolymers in C-selective solvents. Simulations predict a variety of patchy and patchy-like multicompartment micelles with high symmetry and also yield a detailed phase diagram to reveal how to control the patchy multicompartment micelle morphologies precisely. The phase diagram demonstrates that the internal segregated micellar structure depends on the ratio between the volume fractions of the two solvophobic blocks and their incompatibility, whereas the overall micellar shape depends on the copolymer concentration. The relationship between the interfacial energy, stretching energy of chains and the micellar morphology, micellar morphological transition are elucidated by computing the average contact number among the species, the mean square end-to-end distances of the whole terpolymers, the AB blocks in the terpolymers, the AB diblock copolymers, and their incompatibility, whereas the overall micellar shape depends on the copolymer concentration. The mean square end-to-end distances of the whole terpolymers, the AB blocks in the terpolymers, the AB diblock copolymers, and angle distribution of terpolymers. The anchoring effect of the solvophilic C block on micellar structures is also examined by comparing the morphologies formed from ABC terpolymers and AB diblock copolymers.

INTRODUCTION

Utilizing the spontaneous self-assembly of building blocks, such as atoms, macromolecules, and nanoparticles, is one of the bottom-up strategies to create hierarchical multifunctional nanomaterials that can be used in many fields.1 A dramatic example is a living creature, including a variety of species from the simplest (blue-green algae) to the most complex (humans). In abiotic areas, self-assembly is also ubiquitous in different scales. For the past decades, clusters formed from self-assembly of the smallest building blocks, i.e., atoms, attracted great attention due to their novel photonic, electronic, and magnetic properties and geometry that differ from the bulk phase. In the intermediate scale, spontaneous formation of macromolecules in melt and solution has many potential applications such as nanolithography,2 biomimeralization,3 and drug delivery.4 In relatively larger scales, nanoparticle self-assembly recently stimulated much interest for its potential applications in studying nucleation and glass transition.5,6 and in producing hierarchical multifunctional materials.

The aforementioned nanoparticles can be classified into two types: one with isotropic surfaces and the other with anisotropic surfaces. Studies on the geometry of clusters consisting of atoms are limited by nonequilibrium conditions, shorter cluster lifetimes, and difficulties in obtaining the structure of individual clusters, although understanding nucleation and glass transition are helpful.7 Isotropic nanoparticles are so large they can be observed under optical microscopy. However, they are still sufficiently small to sustain Brownian motion and can assemble into clusters. Hence, nucleation is better understood by investigating the geometry of clusters comprising isotropic nanoparticles than the geometry of atomic clusters.8 On the other hand, self-assembly of anisotropic nanoparticles such as Janus, patchy, and multicompartment particles opens a pathway for creating new materials.1,9 In recent years, many scientists have been attracted to this field of study. Since Zhang and Glotzer simulated the self-assembly of patchy particles, much effort has been exerted to the investigation of the self-assembly of patchy particles in simulation and theory.10,11 With respect to experiment, Chen et al. studied the supracolloidal reaction kinetics of Janus spheres and made colloidal kagome lattice crystals from self-assembly of particles with two patches at opposite poles.12 Gangwal et al. represented structures formed from patchy metallodielectric particles under high-frequency alternating current electric fields.13 However, the build up of hierarchies requires precise control of the subunits that order into the next higher level.

Published: July 17, 2012
Revised: July 15, 2012
Received: April 12, 2012

© 2012 American Chemical Society

dx.doi.org/10.1021/la3014943 | Langmuir 2012, 28, 11714−11724
Consequently, great effort has been exerted to fabrication of subunits, i.e., patchy nanoparticles with precisely controlled patches.

In the past decades, many methods of patchy particle fabrication have been established. Pawar and Kretzschmar reviewed recent advances in this area. They highlighted six main techniques for fabricating patchy particles, such as (a) templating, (b) colloidal assembly, (c) particles lithography, (d) glancing-angle deposition, (e) nanosphere lithography, and (f) capillary fluid flow. Apart from these methods, self-assembly of block copolymers is another promising route to prepare patchy particles. For example, Janus particles, which can be regarded as the simplest patchy particle with only one patch, can be fabricated by self-assembly of block copolymers in bulk, confined environment, and solution. Hamburger-like and other patchy micelles formed by self-assembly of block copolymers in solution can be regarded as patchy particles with two and more patches, respectively. They are also multicompartiment micelles whose solvophobic core can be further divided into distinct nanoscopic subdomains.

Multicompartiment micelles, which sometimes feature patchy particles, are formed from self-assembly of amphiphilic block copolymers with at least two distinct solvophobic blocks or blends of copolymers in selective solvents. ABC miktoarm star copolymers, exemplified by Lodge and co-workers, can form a variety of fascinating multicompartiment micelles, including laterally nanostructured vesicles, bowl-shaped semivesicles, polygonal-shaped bilayer sheets, segmented wormlike micelles, humberger micelles, and raspberry micelles. Multicompartiment micelles can also be formed from linear block copolymers, such as ABCBA pentablock, ABCA tetrablock, and ABC triblock. Very recently, Gröschel et al. generated a series of well-defined multicompartiment micelles with precisely tunable patchiness by controlling the volume ratio of core-forming blocks in the linear ABC triblock copolymers. They also demonstrated the hierarchical step-growth polymerization of these preassembled multicompartiment micelles into micrometer-scale segmented supracolloidal polymers. Multicompartiment micelles have been observed or predicted to form in blends of ABC star terpolymers and AB or ABC linear block copolymers or in blends of two diblock copolymers. Nevertheless, making multicompartiment micelles with precisely controlled number and location of patches on the surface of nanoparticles is still a challenging task for experimental researchers. This is because there are a larger number of influencing factors involved in self-assembly of ABC terpolymers in selective solvents.

In the present work, patchy multicompartiment micelles formed from solution-state self-assembly of amphiphilic ABC linear terpolymers are investigated using computer simulations. A rich variety of patchy multicompartiment micelles are formed spontaneously from a randomly generated initial configuration. In particular, a host of patchy and patchy-like multicompartiment micelles with symmetric patches are predicted. The effects of the volume ratio of the solvophobic blocks, incompatibility between the two solvophobic blocks, and copolymer concentration on the patchy micellar morphologies are examined systematically. The dependence of the shape, number, and location of the patches in the resulting patchy micelles on the above parameters is elucidated. The simulation results may aid in fabricating polymeric nanoparticles with many patches that can precisely control their size, shape, number, and location.
block lengths \(N_A\) or equivalently the volume fraction \(f_A = N_A/N\) (notice that \(f_A\) is changing with \(f_A\)) and the copolymer solution concentration. The copolymer concentration is defined as \(c_p = N_{Ch}/V\), where \(N_{Ch}\) is the number of copolymer chains in the system. On the other hand, the effects of the incompatibility between two solvophobic blocks on the micellar morphology are examined by varying the interaction parameter \(\epsilon_{AB}\) at different \(f_A\) values. Finally, the reasons for micellar formation and morphological transitions are discussed.

## RESULTS AND DISCUSSION

In this section, the simulation results are presented in the form of morphological phase diagrams. The results are also discussed and compared with previous experimental, theoretical, and simulation results. The phase diagrams in terms of the volume fraction of A block \((f_A)\) only, or in terms of \(f_A\) and the copolymer concentration \((c_p)\) for a given set of interaction parameters (Figures 1 and 2), or in terms of \(f_A\) and the interaction parameter \(\epsilon_{AB}\) (Figure 3) for a given copolymer concentration are shown first. The mechanisms of morphological transition with increasing \(f_A\) and \(c_p\) are then elucidated by computing the contact numbers between different species as a function of \(f_A\) (Figure 4). The configuration and packing of chains in different micelles are investigated by calculating the mean square end-to-end distance (Figure 5) and distribution of angles between the vectors from the center of mass of the middle B block to the centers of mass of the A and C blocks of a terpolymer (Figure 6). Simulation results are compared with those obtained when the solvophilic C block is removed from the terpolymer (Figure 7).
Morphological Phase Diagram As a Function of Terpolymer Composition and Concentration. In Figure 1a, a morphological sequence, from core−shell−corona micelles (i) → patchy-like micelles (ii−vii) → ribbon−shell micelles (viii,ix) → patchy micelles (x), is observed with increased $f_A$ at a given copolymer concentration $c_p = 0.04$. In the core−shell−corona micelles, a core and many small domains consisting of A blocks are located inside and outside a shell formed from B blocks. The corona formed by the solvophilic C blocks is on the surface of the micelle. On the other hand, the number of patches in patchy-like micelles varies with increased $f_A$. With increased $f_A$, one patch is formed first by connecting the core and domain comprising A blocks on the surface of micelles (ii). As a result, the shell has one hole. As the value of $f_A$ increases, more patches appear and distribute with high symmetry in the micelles (iii−vi). At the same time, the shell has more holes and finally resembles a cage. The patches progressively enlarge with increased $f_A$. However, when $f_A$ reaches 0.458, the number of patches drops rapidly to two as shown in Figure 1a (vii). In that micelle, the shell becomes a bent toroid (or bent wheel). When $f_A$ is larger than 0.458, the ribbon−shell micelles are observed (viii, ix). The length of ribbons formed by B blocks shortens with increased $f_A$. Finally, the patchy micelles emerge in the morphological sequence comprising a big core formed from A blocks, many relative small domains consisting of B blocks pasted on the core surface, and a small corona composed of C blocks grafting on the B domains and dispersing in solvents. Hence, patchy micelle can also be regarded as patchy nanoparticle with a solvophobic core and solvophilic patches. In previous experi-
ments, patchy micelles were observed frequently. They can be formed not only from linear ABC triblock copolymers but also from ABC miktoarm star copolymers consisting of two solvophobic blocks and one solvophilic block.16,31 Many micelles shown in Figure 1a were also predicted by previous simulations, although they were formed from different copolymers. For example, the solvophobic domain morphologies of our patchy micelles agree with the patchy nanoparticles discovered by Zhang et al. in their coarse-grain molecular dynamics simulation.32 In their study, the influence of the number of repeated units \((n)\) and other factors on the morphology of the aggregate formed from single-chain \((A−B)_n\) multiblock copolymer in poor solvents was studied while keeping the length of segments \(A−B\) constant. Holmes and Williams performed a self-consistent field theory simulation to investigate the aggregation of single-chain multiblock copolymer composed of alternating \(A\) and \(B\) blocks in poor solvent.33 They found many patchy colloids similar to the solvophobic domains of our micelles, including patchy-like micelles with three patches, ribbon–shell micelles, patchy micelles, and so on.
forth. Using dissipative particle dynamics simulation, Lin et al. investigated the structural evolution of multicomponent micelles self-assembled from linear ABC triblock copolymers in selective solvents. They found that the concentric core−shell−corona structures transform into a C−bump−B micellar structure with decreased solubility of B blocks or into a B−bump−C micellar structure with decreased the length of B blocks. The C−bump−B micelle and B−bump−C micelle they obtained agree well with the core−shell−corona micelle and patchy micelle achieved in the current work, respectively. From the tendency of morphological transition, transformation of the patchy micelles into core−corona micelles in an extremely arduous condition is easy to imagine. Under this condition, the middle block disappears and the amphiphilic terpolymer becomes diblock copolymer.

Figure 1b shows the morphological sequence of micelles formed in solution at a relatively high copolymer concentration (c_p = 0.08). A comparison of the micellar morphologies with those shown in Figure 1a reveals many differences, although the tendency of morphological transition in two sequences is similar. First, the core and micelle are not spherical anymore and instead become cylindrical for the core−shell−corona micelles (i). Second, for the patchy-like micelles (ii−iv), the core and micelle become oblate and the patches locate on the edge of the flat patchy-like micelles. With increased f_B, the core progressively thickens and consequently the patches progressively enlarge. Jiang and co-workers observed bump surface multicomponent micelles experimentally in their studies of the self-assembly of polystyrene-b-polybutadiene-b-poly (2-vinylpyridine) linear terpolymers in mixtures of toluene and methanol, and they reproduced these micelles using self-consistent field theory simulations.

The discoidal micelle in their work is in good agreement with the oblate patchy-like micelle obtained in the present work. Third, with increased f_A, the ribbons formed from B blocks narrow in size and shorten in length in the ribbon−shell micelles (v−viii). The micellar shape changes into prolate ellipsoidal from oblate. Finally, the sequence lacks in patchy micelles.

The morphological sequence shown in Figure 1c is also from core−shell−corona micelles → patchy-like micelles → ribbon−shell micelles with increased f_A at an intermediate concentration of copolymers (c_p = 0.06). Comparing Figure 1c and 1b reveals that there is no patchy micelle in both sequences and that the differences between them are also obvious. The core and micelle are ribbon-like and ellipsoidal, respectively, instead of cylindrical for core−shell−corona micelles (i). With increased f_A, the core and micelle change into disk-like and somewhat oblate (ii) from ribbon-like and ellipsoidal, respectively. In ribbon−shell micelles (ix−xi), although the ribbon lengths in both figures shorten, the micelles shown in Figure 1c stay spherical, with increased f_A. With increased f_A, the patchy-like micelles (iii−viii) change into spherical from oblate, the location of patches becomes three-dimensional from the rim of micelles, and the micellar cores also become three-dimensional from flat. On the other hand, there are also many differences between Figure 1c and 1a. The sequence in Figure 1c lacks patchy micelles. There is no ellipsoidal micelle with a ribbon-like core for the core−shell−corona micelles shown in Figure 1a. With increased f_A, all micelles in Figure 1a are spherical but the micelles change into spherical from ellipsoidal in Figure 1c.

In the current study, we also examined the self-assembly of ABC terpolymers in a very dilute solution (c_p ≤ 0.015). In Figure 2a (c_p = 0.015) and 2b (c_p = 0.005), the morphological sequences and transitions of micelles clearly differ from those shown in Figure 1a. For instance, when c_p = 0.015 (Figure 2a), the overall tendency of morphological transition and variation of the number of patches with f_A in the patchy-like micelles are similar to those shown in Figure 1. However, the number of patches becomes small even in the micelle (iii) that has the most patches in micellar sequence. Wheel-like (iv), break-wheel-like (v), and hamburger-like (vi) micelles are observed instead of patchy-like, ribbon−shell, and patchy micelles in the morphological sequence. If the hamburger-like micelles formed by stacked disks in B−A−B sequence can be regarded as one of the special patchy micelles that have two linear symmetric caps on both ends, the morphological sequence of patchy micelles consists of micelles with symmetric two, three, four, and six patches on the surface of the micellar core formed from A blocks, and the center of each patch can be regarded as located on one of the vertices of a regular polyhedron. Notably, the symmetry decreases or even disappears in patchy micelles when they have much more caps. When c_p = 0.005, there is a morphological sequence composed of core−corona micelles (i), two different hamburger-like micelles (ii, iv), and Janus micelles (iii) in between both hamburger-like micelles shown in Figure 2b. The core of core−shell−corona micelles disappears, resulting in core−corona micelles with small domains formed from A blocks located on the surface of the core formed by B blocks. Srinivas and Pitera achieved a variety of soft patchy nanoparticles from the solution-phase self-assembly of binary blends of diblock copolymers with different ratios using coarse-grain molecular dynamics simulation. Although the soft patchy nanoparticles consist of AB and BC two diblock copolymers, the spherical patchy nanoparticles they observed are similar to the core−corona micelles (Figure 2b, i) obtained in the present study. As the small domains get together in two poles of a core, a new hamburger-like micelle with disks stacked.

Figure 7. Typical morphologies of the diblock copolymers in a poor solvent for both A and B blocks as a function of f_A when the length and number of AB diblock copolymers in each aggregate are equal to that in Figure 1a. Color scheme is the same as that in Figure 1.
in an A−B−A order is observed in the morphological sequence. Janus micelles are composed of two hemispheres formed by A and B blocks, respectively. The C blocks grafted on the surface of the hemisphere formed by B blocks cause the Janus micelle to have solvophilic and solvophobic hemispheres. As a result, these Janus nanoparticles are amphiphilic and can be the building blocks of hierarchical multifunctional nanomaterials. However, a hamburger-like micelle with disks stacked in a B−A−B order is obtained with further increasing \( f_A \) (iv). Dupont and Liu observed hamburger-like micelles formed from poly(tert-butylacrylate)-b-poly(2-cinnamoyloxethyl methacrylate)-b-poly(succinminated glyceryl monomethacrylate) linear triblock copolymers in THF/propanol solvents.36 Their observations agree with the B−A−B hamburger-like micelles in the present study. Using Wang−Landau Monte Carlo simulation, Parsons and Williams observed some aggregates from single-chain (A−B)\(_n\) multiblock copolymer in poor solvents when they alter the length of A and B blocks simultaneously while keeping the total copolymer length constant.37 The dicluster and triglobule obtained are similar with the solvophobic domains of Janus and hamburger-like micelles in the present work, respectively. Zhu et al. applied the Monte Carlo method to study the self-assembly of linear ABC amphiphiles in C-selective solvents.38 They reported hamburger micelles, worm-like micelles with bumps on the sides, and disk-like micelles with bumps on the edge. These micelles correspond to the B−A−B hamburger-like micelles (Figure 2a, iv), oblate patchy-like micelles (Figure 1b, ii), and flat patchy micelles (Figure 1b, iv), respectively, predicted in the current study, respectively.

To understand fully the effects of \( f_A \) and \( c_p \) on the morphology and morphological transition, the phase diagram of \( f_A \) and \( c_p \) for a given set of interaction parameters is shown in Figure 2c. For clarity and convenience, representative snapshots of micelles are given in Figures 1, 2a, and 2b. Although there are many differences among the micelles as discussed in previous sections, some generic common features of the phase behavior can be extracted from the phase diagram. First, the morphological sequences at different copolymer concentrations are similar, except those in extremely dilute solutions (\( c_p \leq 0.01 \)). For example, with increased \( f_A \), the internal structure of the micelles varies according to the following sequence: core−shell−corona structures → core with bumps−cage-like shell structures → core−ribbon-like shell structures → patchy structures. Second, with increased \( c_p \), the shapes of the micellar core and micelle change in every micellar phase region. For example, for the core−shell−corona micelles, the shapes of the core and micelle are always spherical in low copolymer concentrations, whereas they become oblate, ribbon- or rod-like, and ellipsoidal or cylindrical at high copolymer concentrations. For patchy-like micelles, the spherical micelles also become ribbon-like or oblate with increased \( c_p \). Apart from the number of patches in the micelles increasing with increased \( c_p \), the symmetry of the location of patches is variable. A case in point is that the symmetry changes with the change in \( f_A \) in low and intermediate copolymer concentrations, whereas in high copolymer concentrations the patches are located on the edge of oblate and ribbon-like micelles. The length and number of ribbons increase with increased \( c_p \) in ribbon−shell micelles. Third, when \( c_p \) is large, the phase region of patchy-like and ribbon−shell micelles extends and shifts to larger \( f_A \) values, respectively. As a result, the phase of patchy micelles disappears in the high \( c_p \) region of the phase diagram. Finally, apart from the variety of morphologies and morphological transitions in the phase diagram, the volume of micelles enlarges with increased copolymer concentration. Thus, the final micellar morphology for a given set of interaction parameters depends sensitively not only on the copolymer compositions but also on the copolymer concentration of the system (or, more accurately, on the number of copolymer chains in the micelles). In addition, it is worthy to note that a variety of micelles with disparate morphologies are also observed to coexist even in one experimental system.

**Micelles Formed in the Case of \( e_{AB} \) Unequal to \( e_{AS} \).** All aforementioned micelles were obtained in a special case in which the incompatibility \( (e_{AB}) \) of two solvophobic blocks and interaction \( (e_{AS}) \) between A monomers and solvents are equivalent. To gain insight into the morphology of micelles with unequal \( e_{AB} \) and \( e_{AS} \) we investigated the self-assembly of ABC terpolymers with \( e_{AB} < e_{AS} \) and \( e_{AB} > e_{AS} \) respectively. Two series of typical micellar morphologies as a function of \( f_A \) were gained, as shown in Figure 3. For the case of \( e_{AB} < e_{AS} \) \((e_{AB} = 1.0, e_{AS} = 2.0)\), although the morphological sequence is similar with the one shown in Figure 1a, there are many differences between them. First, the patchy micelles disappear because the ribbons tend to become narrow rather than shorter with increased \( f_A \) in ribbon−shell micelles (iv−ix). In patchy-like micelles (iii−viii), the number of patches is much larger (there are seven or six patches in each micelle) and remains constant with increased \( f_A \). The location of patches is symmetric. On the other hand, when \( e_{AB} > e_{AS} \) \((e_{AB} = 4.0, e_{AS} = 2.0)\), the morphological sequence is also very different from the one shown in Figure 1a. For instance, the surface of the domains formed by A blocks is smoother. The patches are few in the patchy-like micelles (Figure 1b−d). A comparison of the morphologies and morphological transitions in Figures 3 and 1a reveal that the competition of the interfacial energy of polymer−polymer and polymer−solvent is one of the main factors determining micellar morphology.

**Reasons for the Micellar Formation and Morphological Transition.** Many morphologies and morphological transitions were predicted and compared with experimental, theoretical, and simulation results. However, the reasons for these micellar formation and morphological transitions are still unclear, which may hinder complete understanding of how to control precisely the size and shape of patchy nanoparticles. Therefore, we analyze the interfacial energy, the stretching energy of chains, and the influence of C blocks in the following subsections to reveal the reasons for micellar formation.

To gain insight into the effect of interfacial energy on micellar morphology and morphological transition, we calculated the average contact number among the species in the system. The nearest neighbors of a monomer are one of the four species, namely, the A monomer, B monomer, C monomer, and solvent. The total contact number for each monomer should be 18, which is equal to the number of nearest neighbors in our model. The average contact numbers for the C monomer with A monomers, B monomers, and solvents are denoted as NCA, NCB, and NCS, respectively. Figure 4 depicts the variations of the average contact number between C monomer and other species as a function of \( f_A \) for the morphologies shown in Figure 1a. Several generic features can be extracted from Figure 4. First, NCA is not equal to zero at any value of \( f_A \), which indicates that there are always some A monomers located on the outside surface of the B shell. As a result, the A monomers can be seen directly in any micellar snapshots shown in Figures 1−3. There are two reasons. One is
that the interaction between B monomer and solvent ($\varepsilon_{\text{BE}} = 3.0$) is stronger than the one between A monomer and solvent ($\varepsilon_{\text{AE}} = 2.0$). The other is that when $f_A$ is very small, the long B blocks prefer to coil themselves to maximize their entropy of chain conformation, which makes short A blocks to be located on the outside surface of the shell formed by B blocks. Due to the superiority of entropy loss to the decrease in energy caused by aggregation of A monomers, A monomers can only form small domains that lead to a relatively large value of NCA. In the other case, B monomers prefer aggregating into domains to enwrapping the big A domain, which leads to part of the surface of the A domain being exposed to solvents and C monomers. Second, the ratio of $f_A$ and $f_B$ causes variations in NCA, NCB, and NCS. When $f_A$ is very small ($f_A < 0.25$), the increase in NCB and decrease in NCA and NCS with increased $f_A$ indicate that some C monomers go to the interface of B−Solvent to decrease the interfacial energy of B domain and solvents. The influence of the entropy of B blocks becomes weak as they are short. Therefore, the decrease in energy induced by aggregation of A monomers due to elongation of A blocks dominates the micellar structures, resulting in many A blocks forming patches connecting the core instead of small domains on the outside surface of the shell. As a result, this morphological transition leads to the decrease in NCA and NCS as well as the increase in NCB. On the other hand, when $f_A$ is larger than 0.25, the increase in NCA and decrease in NCB with increased $f_A$ can lead to the deduction that more and more C monomers transform into the interface of A−Solvent from the interface of B−Solvent to reduce the interfacial energy of the interface of A−Solvent. This phenomenon can be attributed to the interfaces of B−Solvent and B−C becoming small while that of A−Solvent rapidly enlarges, which are caused by the decrease in B monomers and increase in A monomers with increased $f_A$. It is indicated that more C blocks disperse in solvents apart from those located at the interfaces of A−Solvent and B−Solvent from the increase in NCS. This phenomenon is due to sufficient C monomers at the interface between B domain and solvents to prevent their contact and to the C blocks being too short to reach the uncovered domain formed by A monomers. As a result, some C blocks disperse in solvents.

Besides interfacial energies, the stretching energy of the chain is another factor that determines the micellar structure and shape. Thus, the stretch of polymer chains is examined by calculating the mean square end-to-end distance ($\langle DEE^2 \rangle$). Figure 5 shows the $\langle DEE^2 \rangle$ values of ABC terpolymers and AB block segments for concentrations of 0.5%, 4.0%, and 8.0% as well as AB diblock copolymers with the same chain number as the ABC terpolymers at a concentration of 4.0% as a function of $f_A$. The $\langle DEE^2 \rangle$ value of terpolymer chains increases with increased $c_p$ or, more accurately, the number of terpolymers in micelles, except the $\langle DEE^2 \rangle$ values for $f_A < 0.2$ at concentrations of 4.0% and 8.0% (the core−shell−corona micelle phase). The terpolymers are forced to coil themselves in the micelle with few chains ($c_p = 0.5\%$), which results in a small $\langle DEE^2 \rangle$ value of ABC terpolymers. The solvophobic block must be located on the micellar surface; thus, the entire copolymer cannot be located in the inner parts of micelle. Therefore, the solvophobic segments have to compress themselves to fill the internal space of micelles comprised of many chains ($c_p = 4.0\%$), which leads to the large $\langle DEE^2 \rangle$ value. It is easy to deduce that when micelles are larger than a certain value their shape is cylindrical or flat rather than spherical, as shown in Figure 1b ($c_p = 8.0\%$). It is concluded that the $\langle DEE^2 \rangle$ values of terpolymers are relatively small in core−shell−corona micelles, patchy micelles, core−corona micelles, and hamburger-like micelles but relatively large in patchy-like, ribbon−shell, and Janus micelles from the variation of $\langle DEE^2 \rangle$ of terpolymers with varying $f_A$ and the corresponding morphologies in the phase diagram shown in Figure 2c. Although the $\langle DEE^2 \rangle$ values are small in both core−shell−corona micelles and patchy micelles, their reasons are different. Those features arise from the differences in the chain conformations.

To understand better the chain conformation in different micelles, the distributions of angles ($\phi$) for some typical micelles are calculated. The angle is formed by the vectors from the center of mass of the middle B block to the center of mass of end blocks A and C. Figure 6 depicts the distributions of angles ($\phi$) for the terpolymers in core−shell−corona micelles, patchy-like micelles, and patchy micelles. For a core−shell−corona micelle, many terpolymers with A, B, and C blocks forming the core, shell, and corona, respectively, have an extended conformation because terpolymers have relatively high distributions in the region of $\phi > 150^\circ$. However, there are also some terpolymer distributions in the region of $\phi < 60^\circ$ that are also observed, indicating that the looped conformation also exists. This phenomenon is caused by the presence of some domains composed of A blocks on the surface of micelles. Thus, the small $\langle DEE^2 \rangle$ value of loop terpolymers counteract the big $\langle DEE^2 \rangle$ value of extended terpolymers, which results in a relatively small $\langle DEE^2 \rangle$ value for core−shell−corona micelles. In patchy micelles, both looped ($\phi < 60^\circ$) and extended ($\phi > 150^\circ$) chains are fewer than those in the core−shell−corona micelle, which also leads to a relatively small $\langle DEE^2 \rangle$ value. However, many extended ($\phi > 150^\circ$) and few looped ($\phi < 60^\circ$) terpolymers result in a large $\langle DEE^2 \rangle$ value in patchy-like micelles.

In Figure 5, the variations in the $\langle DEE^2 \rangle$ values of AB blocks and of the terpolymers with varying $f_A$ are similar, except that the size of AB blocks is smaller than that of the terpolymers because the size of C blocks is not included. However, the $\langle DEE^2 \rangle$ value of AB diblock copolymers differs from that of AB blocks in terpolymers when they are in the same copolymer concentration of 4% (or, more accurately, for the same number of copolymer chains in each micelle). The $\langle DEE^2 \rangle$ value of AB diblock copolymers is shorter than that of AB blocks in terpolymers, and the variation of the former with varying $f_A$ also differs from that of the latter, although the NA and NB values of AB diblock copolymers and those of AB blocks in terpolymers are identical at any value of $f_A$. These differences are attributed to the anchoring effects of C blocks in ABC terpolymers. The C blocks of terpolymers are solvophilic so that they are on the surface of micelles not only to shield the micellar core from contacting with solvents but also to make the join point between B and C blocks always locate at the interface of B−C. As a result, the chain packing and end-to-end distance of AB blocks are influenced, and micellar morphology is affected correspondingly.

To obtain an intuitive understanding of the anchoring effects of C blocks on micellar morphology, the morphologies of the micelles formed by AB diblock copolymers with the same chain number and the same interactions as those in Figure 1a are given in Figure 7. A comparison between Figures 1a and 7 reveals many differences, although the diblock copolymers just lack a solvophilic C block compared with the terpolymers. When $f_A$ is small, the morphology of the aggregates (Figure 7, i) is similar to the solvophobic domain of the core−shell−corona
micelles (Figure 1a, i). However, the shell formed by B blocks is bilayered. As a result, the bilayer shell leads to the small ($D_{AB}$) of AB diblock copolymers, as shown in Figure 5. With increased $f_{A}$, although the structure of aggregates does not change, the small domains formed from A blocks aggregate into ribbons, then into one long ribbon (ii), and finally into a cage on the surface of shell. As a result, patchy-like aggregates (iii) composed of core, shell, and network are formed. When $f_{A}$ is intermediate, diblock copolymers self-assemble into inverse patchy micelles (iv, v) in which B blocks form the core with bumps and the shell consists of the A blocks. At the same time, the $D_{AB}$ value of AB diblock copolymers increases sharply because of the disappearance of the bilayer shell formed by B blocks. When $f_{A}$ increases ($f_{A} \geq 0.75$), the systems form spherical aggregates (vi-viii) instead of ribbon-shell and patchy micelles and the B block domains disperse in a spherical matrix composed of A blocks. These differences are caused only by the lack of the anchoring effects of solvophobic C blocks. Part of AB diblock copolymers can fit in the inner parts of aggregates without anchoring of C blocks. Consequently, the chain conformation and packing are changed, which causes the change in the morphology of aggregates. Therefore, the solvophobic C block in terpolymers is an important factor that leads systems to self-assemble into highly symmetric patchy micelles, as shown in Figures 1–3.

■ CONCLUSION

Using a simulated annealing technique we investigated the self-assembly of amphiphilic ABC linear terpolymers in C-block-selective solvents. Various micellar structures with the features of patchy nanoparticles can be formed. These structures are different from traditional morphologies such as spheres, cylinders, disks, and vesicles in previous work. These patchy nanoparticles are highly symmetric and can be outstanding building blocks for hierarchical multifunctional nanomaterials. Phase diagrams and morphological transitions are obtained by controlling the copolymer composition, copolymer concentration, and incompatibility between the solvophobic blocks under a proper condition. By calculating and analyzing the contact number between species, mean square end-to-end distances of the terpolymers, of the AB block chains in the terpolymers, and of the AB diblock copolymers, distribution of angle of terpolymers in typical micelles, as well as comparing the morphologies formed from ABC triblock and AB diblock copolymers, the effects of these controlling factors on micellar morphology and morphological transition are elucidated.

Despite a variety of micellar morphologies and morphological transitions in the phase diagrams, several generic features are obtained. The volume ratio of the solvophobic blocks and the incompatibility between them mainly control the shape, number, and location of the patches in the resulting micelles. However, the overall geometry of a micelle is largely controlled by the copolymer concentration. With increased copolymer concentration, the micelle shape changes from spherical to cylindrical and/or oblate. On the other hand, $\varepsilon_{AB}$ is larger than $\varepsilon_{BA}$ and the anchoring effect of the C block are important factors leading the systems to form the micelles predicted in this article.

■ AUTHOR INFORMATION

Corresponding Author
*E-mail: ytzhu@ciac.jl.cn (Y.Z.); baohui@nankai.edu.cn (B.L.).

Notes
The authors declare no competing financial interest.

■ ACKNOWLEDGMENTS

This work was supported by the China Postdoctoral Science Foundation (20100481071), National Science Fund for Distinguished Young Scholars of China (20925414), National Natural Science Foundation of China for Youth Science Funds (21104083), General Program (20090234), Major Program (50930001), Creative Research Groups (50621302), and Scientific Development Program of Jilin Province (201201007).

■ REFERENCES


